Study of Effect of Metal Oleates on Mixed and Boundary Lubrication

I.G. Levanov, E.A. Zadorozhnaya, I.V. Mukhortov, M.O. Eschiganov

*Department of Motor Transport, South Ural State University, Chelyabinsk, Russia.

Keywords:
Mixed lubrication
Boundary lubrication
Motor oil
Industrial oil
Metal oleates.

ABSTRACT

The article presents the results of a study of metal oleates for friction with mixed and boundary lubrication. The objects of study are copper (II), zinc (II), and tin (II) oleates. The boundary friction coefficient in a "steel - steel" friction pair was measured at an IIS018 testing machine according to the "roller-block" scheme at different temperatures. The friction coefficient for mixed lubrication was measured in a plain bearing during the transition between hydrodynamic and boundary lubrication. Hersey-Stribec curves were constructed for the journal bearing. The investigated additives have the most significant effect on the friction coefficient when introduced into the oil without other additives and less significant effect when introduced into the engine oil. The investigated metal oleates affect the conditions for the transition between hydrodynamic and boundary lubrication in a journal bearing. The results show that copper oleate reduces the contact friction coefficient by 7-15% when added to engine oil. Zinc oleate has a similar effect and reduces the friction coefficient by 5.5-8.5%. Tin oleate reduces the friction coefficient by 23.5-31%.

© 2020 Published by Faculty of Engineering

1. INTRODUCTION

The problems of reducing friction and wear are still relevant at the present stage of industrial development. Mixed and boundary lubrication as subjects of tribology are still the least studied. This complicates the development of correct engineering methods for calculating friction units operating with boundary lubrication. The selection of various lubricant compositions is carried out mainly empirically. Lubricants and additives hide a significant amount of friction reduction. Oleates of some metals are part of many lubricant compositions [1-4]. These lubricating compositions can significantly reduce the friction coefficient and wear of machine parts. Copper oleate is most widely used as a component of so-called metal-plating additives for lubricants. The concentration of copper oleate is from 3 to 60% of metal-plating additives (MPA). Metal-plating additives are special additives to lubricants and provide the formation of secondary structures on the friction surfaces. These structures consist of a metal-clad film and boundary layers of various substances and servovite films [5]. Powders of metals and alloys (copper, tin, zinc, aluminum, bronze,
etc.), oxides, and salts of metals are used as MPA and improve tribotechnical characteristics of friction units. Metal-plating additives in lubricants allow us to realize the zero-wear effect in friction units. This effect is based on the phenomenon of the selective transfer. The phenomenon of selective transfer is widely described in the literature and many works are devoted to studies of the effect of MPA on the tribological characteristics of liquid and plastic lubricants in different friction units [6-10].

Prokopenko et al. [3] presented a metal-plating additive that contains 25 to 60 % by weight of monovalent copper oleate. This additive (at a concentration of 0.075 % by weight) reduces wear during run-in from 2 to 5 times. Dubinin and others [10] presented an additive with copper, magnesium, yttrium, and lanthanide oleates. This additive reduces the friction coefficient by 50 % in the steel-steel contact.

Belolyubskij, Lozovskij, and Afanasiev [4] presented a lubricant containing copper powder, polytetrafluoroethylene, tributyl phosphate, a copper-containing additive, and a soap plastic lubricant. The copper-containing additive contained 60 % industrial oil, 20 % copper oleate, and 20 % oleic acid. The authors determined the threshold of resistance to scoring scuff and linear wear at the contact of spherical steel samples with the grease samples. They found that the introduction of tributyl phosphate and copper-containing additives into the plastic lubricant provides an increase in its service life and at the same time significantly increases the anti-wear and extreme pressure properties.

Kozarov and Onischuk [9] presented a review study MPA and lubricants. The authors presented the classification of metal-plating lubricants depending on the type of MPA. Metal or alloy powders, metal oxides, metal salts, complex metal compounds, metalloorganic compounds, and organic compounds are used as metal-plating additives to lubricants.

MPA [1] provides antifriction and extreme pressure properties of the lubricant due to the effect of fearlessness in the friction pairs (steel-steel, steel-cast iron, steel-bronze, etc.) as a result of the formation of a protective (servovite) metal-coating film on the surfaces of parts in places of actual contact with a thickness of 1-3 microns and autocompensation of wear of friction pairs [10].

Oleate is the basis of well-known additives such as Valena, Servovit [1], etc. [3]. The purpose of this study is to determine the effect of metal ion on the tribological characteristics of metal oleates similar to copper (II) oleate. We have paid particular attention to the study of the transition between hydrodynamic and boundary lubrication in the journal bearing using Hersey-Strebeck curves. These curves are the basis for analyzing the operating conditions of journal bearings and the most common way to determine the influence of various factors on the performance of journal bearings [21,22].

2. CHARACTERISTICS OF RESEARCH OBJECTS

The objects of study are copper (II), zinc (II), and tin (II) oleates. Salts of these metals were selected to clarify the role of such parameters of metal ion, as the active metal and the radius of the ion. With an equal degree of the metal oxidation, these parameters are crucial for the adsorption of oleate from the lubricant, metal recovery on the steel surface, and other tribomechanical processes due to the presence of additives. Tin is between iron and copper in a series of metal stresses. Zinc (as opposed to copper and tin) is a more active metal than iron. The radius of the zinc ion (II) is almost equal to the size of the copper ion (II). The radius of the tin ion (II) is almost 2 times larger. Table 1 presents the properties of copper (II), zinc (II), and tin (II) oleates.

### Table 1. Properties of copper (II), zinc (II), and tin (II) oleates.

| Additive     | Copper oleate | Zinc oleate | Tin oleate |
|--------------|---------------|-------------|------------|
| Chemical formula | Cu(C₂H₅O₂COO)₂ | Zn(C₂H₅O₂COO)₂ | Sn(C₂H₅O₂COO)₂ |
| Molar mass   | 626.45 g/mol  | 628.29 g/mol | 681.64 g/mol |
| Form         | Amorphous, dark-green substance | White solid | Liquid, color depends on the original oleic acid |
| Melting point, °C | 20...35 | 70 | - 5...+5 |
| Solubility: - in water | Insoluble | Insoluble | Insoluble |
| - in hexane  | Soluble      | Soluble     | Soluble     |

Transition metal oleates are obtained by the interaction of aqueous solutions of alkali metal
3. EXPERIMENT AND RESULTS

Lubricant compositions were prepared with each additive sample. The mass concentration of the additive was 1% in synthetic motor oil of viscosity class SAE 5W-40 (API SN/CF) and in industrial oil I40A. Industrial oil I40A is a purified oil without additives for industrial equipment. We investigated the effect of additives on the friction coefficient in the journal bearing by mixed lubrication. The test rig was assembled based on friction machine II5018 (Fig. 1).

**Fig. 1.** The test rig for the journal bearing:
1 - modified friction chamber of the machine II5018; 2 - bearing housing with a coverage angle of 180 degrees; 3 - roller; 4 - sealing ring; 5 - protective glass; 6 - fitting for oil supply; 7 - hole for draining oil into the tank; 8 - loader; 9 - thermocouple installation site.

The load on the bearing varied from 500 to 5000 N. The oil supply pressure was 0.05 MPa. The shaft speed was 500 rpm. The temperature was fixed by a thermocouple on the outside of the bearing. The angle of coverage of the bearing was 180 degrees. The main parameters of the journal bearing are presented in Table 2. Hersey-Stribbeck curves are shown in Fig. 2. In Fig. 2 viscosity, angular velocity, and specific load are indicated as $\mu [mPa \cdot s]$, $\omega [1/s]$, $p [MPa]$, respectively.

It was found that when the bearing is operated on oil with the addition of copper (II), zinc (II), and tin (II) oleates, the character of the Hersey-Stribbeck curve changes in the region of the transition between hydrodynamic and boundary lubrication, that is, with mixed lubrication. The minimum friction coefficient reaches the values

| Table 2. The main parameters of the journal bearing. |
|---------------------------------------------|
| Parameter                                    | Value          |
| Diameter of the bearing [mm]                 | 47.83          |
| Length of the bearing [mm]                   | 21.0           |
| Radial clearances between the journals and the bearing [mm] | 25.10^-6 |
| Anti-friction layer material                 | Aluminum and tin alloy |

Fig. 2. Hersey-Stribbeck curves for industrial oil:
1 - Industrial oil I40A; 2 - Industrial oil I40A + 1% Copper (II) oleate; 3 - Industrial oil I40A + 1% Zinc (II) oleate; 4 - Industrial oil I40A + 1% Tin (II) oleate.
of 0.0062-0.0073 with the characteristic of the bearing operating mode (or Hersey number) in the region of 390-400 when lubricated with pure industrial oil I40A. The friction coefficient increases with a decrease in the Hersey number below 390, and when the Hersey number is 150, a transition to stable boundary lubrication occurs.

The minimum friction coefficient reaches values of 0.0055-0.0059 in the range of Hersey numbers 250-350 when copper oleate is added to the oil I40A. Thus, the region of transition between hydrodynamic and boundary lubrication expands significantly. The boundary friction coefficient is reduced by 30\%.

A similar result is observed for lubricating compositions of I40A industrial oil with zinc and tin oleates. The boundary friction coefficient is reduced by 10-20\%.

The influence of metal oleates on the friction coefficient of boundary lubrication of the "steel 45 – steel 10" friction pair was investigated additionally on the machine friction II5018 according to the "roller-block" scheme (Fig. 3) at different temperatures. The sliding speed in the friction contact was 2.3 m/s. The temperature on the friction contact was controlled by a thermocouple installed in a partial liner at a distance of 5 mm from the working surface. The lubricant with the additive was fed into the friction zone by gravity at an average speed of 1 drop per 2 seconds.

Each averaged result of measurement friction coefficient are presented in Figs. 4-6.

The results show that copper oleate reduces the friction coefficient in contact by 7-15 \% when added to the engine oil. Zinc (II) oleate leads to a similar effect and reduces the friction coefficient by 5.5-8.5 \%. Oleate of tin (II) leads to the decrease in the friction coefficient of 23.5-31 \%.

![Fig. 3. Friction unit «roller-block» of the testing machine.](image)

![Fig. 4. Temperature dependence of the friction coefficient (unit load of 8 MPa) for motor oil: 1 - Motor oil SAE 5W-40; 2 - Motor oil SAE 5W-40 + 1% Copper (II) oleate; 3 - Motor oil SAE 5W-40 + 1% Zinc (II) oleate; 4 - Motor oil SAE 5W-40 + 1% Tin (II) oleate.](image)

![Fig. 5. Temperature dependence of the friction coefficient (unit load of 8 MPa) for industrial oil: 1-Industrial oil I40A; 2 - Industrial oil I40A + 1% Copper (II) oleate; 3 - Industrial oil I40A + 1% Zinc (II) oleate; 4 - Industrial oil I40A + 1% Tin (II) oleate.](image)

![Fig. 6. Dependence of friction coefficient on unit load for industrial oil.](image)
The antiwear properties of lubricants were evaluated on the four-ball friction machine in accordance with GOST 9490-75. A four-ball friction machine is widely used for comparative evaluation of the antiwear properties of lubricants in many studies [12-16]. Figures 7 and 8 show the measurement results of the mean wear scar diameter (MWSD). All lubricants were tested at the load of 392 N. Contact areas of samples after the four-ball machine test are presented in Figs. 9 and 10.

4. CONCLUSION

The main conclusions drawn from this investigation are as follow:

1. The investigated additives have the most significant effect on the friction coefficient when introduced into the oil without other additives and less significantly effect when introduced into the engine oil. This is an obvious and expected result.

2. The investigated metal oleates affect the conditions for the transition between hydrodynamic and boundary lubrication in the journal bearing.

3. All investigated oleates slightly increase the friction coefficient at temperatures below 80 °C for both additive-free oil and motor oil. In the temperature range of 80...150 °C effect of zinc and copper oleates in the engine oil varies slightly.

4. Zinc is the more active metal than iron, and copper is the less active metal than iron. Tin in the electrochemical series of metal stresses occupies an intermediate position between zinc and copper. The absence of significant differences in the tribological properties of zinc and copper oleate in the “steel-steel” contact, as well as greater efficiency of tin oleate, indicate in favor of the adsorption mechanism of action of these additives. The contribution of tribochemical processes is insignificant. Also, this is confirmed by the fact that the sizes of the ions of bivalent copper and zinc are almost equal, and the size of the tin ion of bivalent is much larger. Consequently, the structure and dipole moment of tin oleate differ from the parameters of zinc (II) and copper (II) oleates.
5. Friction coefficients for all three additives converge with increasing temperature due to the processes of oleate dissociation. Thus, when the temperature increases, the effect of oleic acid on the friction process increases.

6. The dependence of the friction coefficients on the contact pressure confirms the assumption about the adsorption mechanism of oleate action. The highest contact pressure at which friction enters the boundary regime is observed for the most stable zinc (II) oleate (see Fig. 3).

7. The oil-soluble salts of the same metals with other organic acids, including a more complex structure, are of interest for further research. Since the tribological properties of the studied oleates are determined by adsorption processes, and at high temperatures are determined by the properties of oleic acid.

8. The results of anti-wear tests showed that all three oleates lead to almost the same decrease in wear. The wear spot diameter is reduced by 20...30 % by adding tin, zinc, and copper oleates to the motor and industrial oil. A comparison of the wear test results with the friction test results shows that the results of the four-ball machine tests were as close as those of the high-temperature tests. This may be since the secondary adsorption structures due to the adsorption of oleates on the metal surface are destroyed at high contact pressures and shear stresses. These structures at moderate contact pressures and temperatures cause a difference in the antifriction properties of the additives.

Adsorption of degradation products of additives (oleic acid) plays a major role at high shear stresses, as well as at high temperatures. The influence of the metal ion parameters on the structure of the adsorbed layer is minimal.

The results can be useful in the design of journal bearings [17,18]. Tests on other friction machines are of practical interest [19,20].

Acknowledgement

This work was carried out with the support of the Federal State Budgetary Institution of Science of the Scientific and Engineering Center "Reliability and Resource of Large Systems and Machines" of the Ural Branch of the Russian Academy of Sciences according to the R&D Plan for 2019 – 2021, No. 407/19 dated November 26, 2018 (topic No. 0407-2019-0001).

REFERENCES

[1] V.G. Babel’, D.N. Garkunov, Metal-coating multifunctional composition for motor, transmission and industrial oil, RU Patent 2,398,010, 6 Mar 2009. (on Russian)

[2] S.V. Inshakov, V.I. Balabanov, S.A. Ishchenko, J.D. Kleptsova, Metal-coating additive for lubricant materials, RU Patent 2,503,713, 27 Nov 2012. (on Russian)

[3] A.K. Prokopenko, Y.S. Simakov, D.N. Garkunov, S.G. Krasikov, Metall-plaguing additive, SU Patent 859425, 30 August 1981. (on Russian)

[4] I.A. Belolyubskij, V.N. Lozovskij, V.A. Afanaev, Metall-plaguing lubricant, RU Patent 2000314, 7 Sept 1993. (on Russian)

[5] D.N. Garkunov, I.V. Kragelskij, A.A. Polyakov, Izbiratel’nij perenos v uzhah treniya (Selectiver transfer in friction units), Moscow: Transport, 1969. (on Russian)

[6] G.P. SHpen’kov, O yavlenii izbiratel’nogo perenos. Dolgovechnost’ trushchihsy s deatelj mashin. Vypusk 4 (On the phenomenon of selective transfer, The durability of friction parts of machines. Issue 4), Moscow: Engineering, pp. 3–11, 1990. (on Russian)

[7] A. Firkovskij, G. Pol’cer, Strukturirovanie tribologicheskoi sistemy v usloviyah izbiratel’nogo perenos. Dolgovechnost’ trushchihsyj s deatelj mashin. Vypusk 4 (Structuring of tribological system under conditions of selective transfer. The durability of friction parts of machines. Issue 4), Moscow: Engineering, pp. 15–29, 1990. (on Russian)

[8] V.N. Bystrov, Efekt bezyznosnosti i ego primeneni v tekhnike. Dolgovechnost’ trushchihsyj s deatelj mashin. Vypusk 5 (The effect of wearlessness and its use in technology. The durability of friction parts of machines. Issue 5), Moscow: Engineering, pp. 3–22, 1990. (on Russian)

[9] A.S. Kuzharov, N.Y. Onishchuk, Metalloplakiruyushchie smazochyne materialy. Dolgovechnost’ trushchihsyj s deatelj mashin. Vypusk 3 (Metal-plating lubricants. The durability of friction parts of machines. Issue 3), Moscow: Engineering, pp. 96–143, 1988. (on Russian)
[10] Kandeva M, Kalitchin ZH, Tribological investigations of tribosystems during lubrication using vegetable oils and mineral-vegetable oil composites containing metal-plating additive. Part I: Friction, Journal of Environmental Protection and Ecology, vol. 19, no. 2, pp. 785-802, 2018.

[11] CRC Handbook of Chemistry and Physics. — 89th Edition. — Taylor and Francis Group, LLC, 2008-2009.

[12] T. Lesgniewski, S. Krawiec, The effect of ball hardness on four-ball wear test results, Wear, vol. 264, iss. 7-8, pp. 662-670, 2008, doi: 10.1016/j.wear.2007.06.001

[13] S. Zulhanafi, S. Syahrullail, The tribological performances of Super Olein as fluid lubricant using four-ball tribotester, Tribology International, vol. 130, pp. 85-93, 2019, doi: 10.1016/j.triboint.2018.09.013

[14] E. Garcia-Bustos, M.A. Figueroa-Guadarrama, G.A. Rodriguez-Castro, O.A. Gmez-Vargas, E.A. Gallardo-Hernandez, I. Campos-Silva, The wear resistance of boride layers measured by the four-ball test, Surface&Coatings Technology, vol. 215, pp. 241-246, 2013, doi: 10.1016/j.surfcoat.2012.08.090

[15] W. Wang, M. Hadfield, A.A. Wereszczak, Surface strength of silicon nitride in relation to rolling contact performance measured on ball-on-rod andmodified four-ball tests, Tribology International, vol. 43, iss. 1-2, pp. 423-432, 2010, doi: 10.1016/j.triboint.2009.07.005

[16] C. Georgescu, L.C. Solea, L. Deleanu, The Influence of Degumming Process on Tribological Behaviour of Soybean Oil, Tribology in Industry, vol. 37, no. 3, pp. 330-335, 2015.

[17] M.A. Mukutadze, D.U. Khasyanova, Optimization of the Supporting Surface of a Slider Bearing according to the Load-Carrying Capacity Taking into Account the Lubricant Viscosity Depending on Pressure and Temperature, Journal of Machinery Manufacture and Reliability, vol. 47, pp. 356-361, 2018, doi: 10.3103/S1052618818040106

[18] E.O. Lagunova, M.A. Mukutadze, Calculation of a Radial Slider Bearing with a Fusible Coating, Journal of Friction and Wear, vol. 40, pp. 88-94, 2019, doi:10.3103/S1068366619010112

[19] P. Kovalenko, S. Perepelkina, T. Korakhanov, Investigation of Tribological Properties of Friction Pairs Duralumin – Fluoropolymer Used for Design and Manufacturing of Biomechatronic Devices, Tribology in Industry, vol. 39, no. 2, pp. 192-197, 2017, doi:10.24874/ti.2017.39.02.05

[20] S. Perepelkina, P. Kovalenko, R. Pechenko, Investigation of Tribological Properties of Metallic Materials with the Use of the Universal Friction Machine “mTU-1”, Procedia Engineering, vol. 176, pp. 301-309, 2017, doi:10.1016/j.proeng.2017.02.326

[21] S. Akbarzadeh, M.M. Khonsari, Effect of Surface Pattern on Stribeck Curve, Tribology Letter, vol. 37, pp. 477-486, 2010, doi: 10.1007/s11249-009-9543-2

[22] D.E. Sander, H. Allmaier, H.H. Priebsch, M. Witt, A. Skiadas, Simulation of journal friction in severe mixed lubrication – Validation and effect of surface smoothing due to running-in, Tribology International, vol. 96, pp. 173-183, 2015, doi: 10.1016/j.triboint.2015.12.024